Characterization of PHS coating layer using GDOES technique

Couto, C. P.1; Gomes, M.P.1; Costa, P.D.O.1; Colosio, M.A.2; Politano, R.1; Rossi, J. L.1

1 Instituto de Pesquisas Energéticas e Nucleares / Conselho Nacional de Energia Nuclear. Centro de Ciências e Tecnologia de Materiais. São Paulo, SP, Brasil.
2 General Motors South America, São Caetano do Sul, SP, Brasil.

* e-mail: camila.puccicouto@gmail.com

Abstract

The aim of this study was to analyze the chemical composition profile of the Al-Si coating in PHS steels, using the GDOES technique. Due to the high temperature in the hot stamping process, occurs the diffusion of the coating elements and the substrate. The results showed that in the sample as received, the coating comprises high percentages of aluminum, silicon and oxygen, which diffuse and decrease in concentration towards the substrate, while the percentage of iron increases. The results of the samples heat treated at laboratory and the final product are very similar; indicating that the heat treatment performed at laboratory simulates correctly the heat treatment performed at industry. The coating is formed by aluminum and iron, which vary evenly until reaching the substrate where the percentage of aluminum decreases compared to that of iron. The coated layer also comprises oxygen and silicon that diffuse towards the substrate, however, the percentage of oxygen decreases gradually and the silicon does not change. The results of GDOES showed the changes occurring in the PHS coated layer of Al-Si, and showed that after the hot stamping process, oxides and phases composed of Al-Fe or Al-Fe-Si are formed.

Keywords: PHS, Al-Si, GDOES.

1. Introduction

Press hardened steel (PHS) is a key material to automotive industry, produced by hot stamping process, due to its final properties [1].

The hot stamping consists in to heat up the steel to austenitization temperatures with soak time between 5 and 10 minutes, and then to transfer the steel from the furnace into press tooling where the material is quenched and then get a specific design at the same time [2,3,4].
At the beginning of the process, the steel microstructure comprises ferrite and pearlite, but due to the heat treatment, at the end the microstructure is fully martensitic. Initially the steel shows a tensile strength around 600 MPa which can increase up to 1500 MPa, without springback [2; 3; 4].

The contact with the atmospheric air, during the transfer step in hot stamping, may cause steel oxidation. To avoid this, the steel is protected with metallic coatings [2,3]. The most applied metallic coating in PHS is the aluminum-silicon (Al-Si), which is deposited by hot dip. The bath comprises about 10% of silicon and the remainder content is aluminum. The coating is known to provide a great corrosion resistance by barrier mechanism [3,5].

The combination of complex design, high tensile strength, absence of springback and corrosion resistance, make PHS a key material applied mainly in structural parts of vehicle. As consequence, the vehicle present: increase in safety, lightweight, reduction in fuel consumption and gas emission. These are the targets that the automotive industry must reach [1,2,4].

As a consequence of heat treatment during hot stamping the coating morphology or composition must change due to the diffusion process [3,6]. The present study had the objective of characterizing in terms of depth profiles chemical composition of coating layer and steel substrate, by means of glow discharge optical emission spectroscopy (GDOES), and then to analyze the effect of the heat treatment.

2. Experimental

2.1 Materials

The PHS used was the grade 22MnB5 steel, which the chemical composition comprises mainly 0.23% of carbon, 1.18% of manganese and 0.002% of boron. Manganese and boron are known to increase the steel hardenability [3].

Three conditions of samples were tested: the first condition is the material as received, just the material coated without heat treatment or forming. The second condition is the sample heat treated at laboratory following the same parameters of industrial process, in the other words, the sample was heated at 900 °C during 10 minutes, and then cooling down in water. The last condition tested was the commercial product, which was submitted to complete hot stamping process at the industry.

The samples were cut off in dimensions of 20 x 20 mm, and cleaned with ethanol 70%.

2.2 Methods

The distribution of chemical elements between the coating layer and the steel substrate was analysed by means of GDOES technique.

The principle consist in a plasma discharge, the cathodic sputtering is used to remove layer by layer of sample surface. The removed atoms go to the plasma, where they are excited through collisions electrons or Argon metastable atoms. When the excited atoms go back to the ground state, they emit photons with characteristic wavelength to each element [7,8].

3. Results and discussion

The GDOES result for the as received sample is shown in Figure 1.

According to Figure 1, the coating layer has about 25 µm of thick, from this point it is the steel substrate. At the surface of the coating layer, the chemical composition consists in high amount of aluminum and oxygen (approximately 40% each one), besides that,
20% of silicon. However, the amount of these elements decreases towards the substrate while the amount of iron increases towards the coating layer. At the intersection point the chemical composition is composed by approximately 45% of aluminum and iron and around 10% of silicon. The GDOES result of as received sample is an important tool to do studies related to diffusion, because this result shows the initial state of diffusion (D₀).

Figure 2 shows the depth profile composition of heat treated sample carried out at laboratory.

It is possible to see that the profile is completely different from Figure 1, a consequence of the high temperature of the process that promotes the diffusion of the elements. The coating layer has around 30 µm of thick. Just at the surface the presence of oxygen is predominant; however, its amount decreases to less than 5%. Besides the oxygen, the coating layer consists in aluminum, iron and silicon. The amount of aluminum and iron varies simultaneously in whole coating layer. From the depth around 30 µm the amount of iron increases and the aluminum decreases at the steel substrate. The amount of silicon varies slightly in the coating layer, moreover it is seen that when the amount of aluminum is high, the amount of silicon is low. The GDOES results suggests that the coating layer may comprises phases of Al-Fe or Al-Fe-Si, which is indicated in literature and can be observed by other techniques, such as, X-rays diffraction or scanning electron microscope [5,9].

The depth profile composition of the sample from the final product, that means, from the industry, is shown in Figure 3.

Slight differences are observed from Figure 2 to Figure 3, which is an indication that the heat treatment performed at laboratory, following the industrial conditions of temperatures and time, simulates correctly the heat treatment performed at industry.

4. Conclusion

The GDOES technique is an important tool to analyse the chemical composition in function of the depth. Moreover, it is a helpful technique in diffusion studies, once it offers an experimental result, as base to a simulated one.

Related to the Al-Si coating, it was seen the consequence of the heating in the hot stamping process, which resulted in the chemical elements diffusion and completely change on the depth profile. From the GDOES, it is suggested that the coating layer comprises phases of Al-Fe or Al-Fe-Si, and oxides.

5. References

[1] GUI, Z.; et al. Formability of aluminum–silicon coated boron steel in hot stamping process. Transactions of Nonferrous Metals Society of China. v. 24, p. 1750–1757. 2014

[2] SOARES, T. J. M. Analise técnica e econômica do processo de estampagem a quente com aços
[3] KARBASIAN, H.; TEKKAYA, A. E. A review on hot stamping. Journal of Materials Processing Technology, v. 210, p. 2103–2118. 2010

[4] FAN, D. W.; et al. Critical review of hot stamping technology for automotive steels. Automotive: Advanced High-Strength and Other Specialty Sheet Steel Products for the Automotive Industry. September 16-20. Detroit. 2007

[5] WINDMANN et al. Formation of intermetallic phases in Al- coated hot- stamped 22MnB5 sheets in terms of coating thickness and Si content. Surface & Coatings Technology, v. 246, p. 17-25, 2014

[6] KONDRATIUK et al. Zinc coatings for hot sheet metal forming: Comparison of phase evolution and microstructure during heat treatment. Surface & Coatings Technology, v. 205, l. 17-18, p. 4141-53, 2011.

[7] SANTOS, S. G. Treinamento de operação básica do GDOES. Centro tecnológico USIMINAS, Ipatinga. 2014

[8] MUTGI, A. V. Effect of chemical composition and microstructure of Zn and Al-based coatings on electrochemical response in corrosive environments. Master thesis report (Master of Science in Materials Science and Engineering), Faculty of Mechanical, Materials and Maritime Engineering, Delfty University of Technology, Delfty, 2015.

[9] COUTO, C. P.; et al. The use of X-ray diffraction for phase identification of press hardened steels*, p. 159-161. In: Anais do VII Encontro Científico de Física Aplicada [=Blucher Physics Proceedings, v.3 n.1]. São Paulo: Blucher, 2016. ISSN 2358-2359, DOI 10.5151/phypro-vii-efa-038.